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Depleted oil reservoirs have been one of the most practical options for CO2 sequestration. To ensure the overall sealing performance of oilwell for CO2 injection, it is necessary to understand the long-term hydro-mechanical behaviour of cement paste used as oilwell casing. In the presence of high CO2 concentration and water, cement paste is firstly carbonated and then may be degraded by carbonic acid in CO2 storage. The present work aims to experimentally investigate the pre-carbonation effects on the leaching of oilwell cement paste, with special attention to hydro-mechanical properties. By using a series of uniaxial compression tests and triaxial compression tests with permeability measurements, permeability and mechanical properties of sound and pre-carbonated materials, before and after leaching treatment, are measured and analysed. Moreover, the time-dependent behaviour of pre-carbonated material subjected to leaching is studied via a coupled creep test. The obtained results exhibit that after leaching treatment, comparing with the initially sound samples, the pre-carbonated samples exhibit higher mechanical properties, lower permeability, and smaller creep deformation. Therefore, one can conclude that the degradation of mechanical and hydraulic properties induced by leaching is reduced by the pre-carbonation of cement paste and the carbonation has a positive effect against leaching. To verify and understand the macroscopic experimental observations, some micro-indentation tests are performed at a mesoscopic scale and a mineralogy and chemistry analysis are also conducted via SEM-EDS and Raman spectroscopy tests. Experimental investigation, micromechanical analysis and microstructure will advance the understanding of long-term durability of CO2 geological storage.

Introduction

In order to reduce carbon dioxide CO2 concentration in the atmosphere, depleted oil and gas reservoirs have been one of the most practical options for CO2 sequestration due to its numerous advantages, such as high geological stability, absence of leakage paths and availability of infrastructures. In gas and oil exploitations, cement paste is widely used as oilwell casting to isolate the production zones and provide mechanical support. In the oilwell for CO2 injection, the carbonic acid, which is formed with the dissolution of CO2 in water, firstly reacts with the portlandite of cement paste. This carbonation process results in the formation of calcite and improves the mechanical and transport properties of cementitious materials [START_REF] Wang | Accelerated mineral carbonation curing of cement paste for CO2 sequestration and enhanced properties of blended calcium silicate[END_REF]. Once the depletion of portlandite is achieved, the carbonic acid induces the leaching of calcite [START_REF] Sugama | Advanced Cements for Geothermal Wells[END_REF]. This leaching process may create mechanical damage and alter transport properties of cement paste, potentially perturbing the storage integrity [2,3,4,5,6,7,8,].

Moreover, the geological storage is located at serval kilometres beneath the Earth's surface. Under the geothermal gradient, high downhole temperature may induce a further evolution of the hydromechanical properties of cement paste [START_REF] Wang | Increasing efficiency of carbon dioxide sequestration through high temperature carbonation of cement-based materials[END_REF]. As a result, a long-term integrity and durability of CO2 storage requires a good understanding of the hydro-mechanical behaviour of cement paste subjected to high temperature and two mentioned successive chemical processes: carbonation and then leaching.

In the literature, number of experimental tests have been performed to study separately the carbonation or leaching processes of cement-based materials. On one hand, previous studies [10,11,12 ,13,14,15,16] exhibit that carbonation induces a decrease in porosity and permeability as well as an increase in mechanical strength. However, very few authors have studied the carbonation process under a high temperature close to the real temperature level of CO2 storage, just to mention a three. Takla et al. [START_REF] Takla | Effects of the Storage of CO2 on Multiaxial Mechanical and Hydraulic Behaviors of Oil-Well Cement[END_REF] have studied the effect of carbonation on the mechanical and hydraulic behaviour of an oilwell cement paste under high temperature T=90°C. They found that with respect to the initially sound material, carbonated samples exhibited a remarkable permeability decrease about one order of magnitude as well as 100% ~150% increase of mechanical strength. Recently, Borje et al. [START_REF] Bjørge | Carbonation of silica cement at high-temperature well conditions[END_REF] have studied the microstructural changes induced by the carbonation of Portland cement by using different experimental techniques. Wang et al. [Erreur ! Source du renvoi introuvable.] have also studied the carbonation performance and carbon dioxide uptake rate of cement paste in the temperature range (20 °C-300 °C). The obtained results demonstrated that carbonation reaction increased obviously with increasing temperature.

On the other hand, a large number of experimental studies have been performed to study the leaching of cementitious materials [START_REF] Adenot | Durabilité du béton : Caractérisation et modélisation des processus physiques et chimiques de dégradation du ciment[END_REF]20,[START_REF] Carde | Modelling the loss of strength and porosity increase due to the leaching of cement pastes[END_REF][START_REF] Chen | Decalcification shrinkage of cement paste[END_REF][START_REF] Jia | A numerical study of mechanical behavior of a cement paste under mechanical loading and chemical leaching[END_REF][START_REF] Kamali | Material and environmental parameter effects on the leaching of cement pastes: experiments and modelling[END_REF][START_REF] Lin | Effect of calcium leaching on the properties of cement-based composites[END_REF][START_REF] Yurtdas | Couplage comportement mécanique et perméabilité -cas d'une pâte de ciment pétrolier dégradée chimiquement à 90 °C[END_REF]. Leaching of cement paste dissolves the solid phases (for instance, portlandite, calcium silicate hydrates, and ettringite etc.) and induces a porosity/permeability increase as well as a reduction of mechanical properties. Moreover, the leached material exhibits a more ductile behaviour than the sound one [START_REF] Jia | A numerical study of mechanical behavior of a cement paste under mechanical loading and chemical leaching[END_REF][START_REF] Yurtdas | Couplage comportement mécanique et perméabilité -cas d'une pâte de ciment pétrolier dégradée chimiquement à 90 °C[END_REF]. The leaching kinetics depend strongly on temperature [20]. According to Kamali [Erreur ! Source du renvoi introuvable.], for a cement paste of CEM I type with a water/cement ratio of 0.4, the leaching process was accelerated by a factor of 2.3 when the temperature increased from 25°C to 85°C. However, only one of carbonation and leaching processes has been studied in these research work. To the best of the authors' knowledge, the leaching of pre-carbonated cement-based material under high temperature has not yet been investigated.

The present work focuses on the impact of pre-carbonation on the leaching of a cement-based material under high temperature, with special attention to hydro-mechanical properties. In view of this objective, the tested cementitious material is prepared under two carbonation conditions: one group is kept in aluminium sheets to avoid the CO2 contact (CO2-free environment), called "sound samples"; the other ones are exposed to an accelerated carbonation, called "carbonated samples". After that, some sound and pre-carbonated samples are subjected to leaching. Consequently, four types of cement paste are obtained in the experimental program. Their permeability, failure strength and creep deformation are firstly studied via a series of uniaxial compression test, triaxial compression tests with permeability measurements and coupled creep tests. After that, micro-indentation tests are performed to identify the mechanical properties of studied materials at a mesoscopic scale. Additionally, the chemical and mineral analysis is conducted using SEM-EDS and Raman spectroscopy technology on different types of specimens to verify the theoretical chemical processes and understand the experimental observations.

Materials and samples preparation

The present study is performed in the framework of the feasibility study of depleted oil reservoirs for CO2 sequestration, coordinated by Total Company. The emphasis focuses on the influence of precarbonation on hydro-mechanical properties of an oilwell cement paste subjected to leaching and high temperature.

As aforementioned, in the oilwell for CO2 injection, the hydro-mechanical properties of cement paste will be firstly improved by carbonation and then degraded by further leaching. To reproduce the mentioned chemical reactions in a reasonable period of time, laboratory samples have been prepared in in an accelerated way: carbonation is performed in a climate chamber with a high gaseous CO2 concentration while leaching is realized by using the ammonium nitrate solution. The choice of ammonium nitrate rather than carbonic acid for the leaching is to accelerate the leaching kinetics with almost the same products [START_REF] Carde | Use of ammonium nitrate solution to simulate and accelerate the leaching of cement paste due to deionized water[END_REF]. Moreover, the adopted temperature of 90°C can also accelerate the leaching kinetics of cement paste. The studied material and sample preparation are presented in this section.

Materials

Actually, the studied cement paste is being used as cement casing of oilwells, whose composition has been provided by French company Total. It is made with a water/cement ratio of 0.4 and a G class cement commonly used in oil-well industry. The G class cement is defined by American Petroleum Institute (API), in accordance with standard 10A API [28]. Thanks to its special chemical composition, this cement is largely used in the construction of oil wells. Because of the complexity of engineering application and extreme conditions of temperature and pressure that is subjected to, the class G cement is characterized by the constancy of important requirements, such as high durability, fluid loss control and high sulphate resistance, etc…With respect to the composition provided by Total (Table 1), all the laboratory samples were prepared in the Laboratory of Mechanics, Multi-physics, Multi-scale (LaMcube).

Components

Quantity (kg/m Before the sample preparation, 18 preliminary tests using the cement paste samples (20×20×160 mm 3 ) have been performed at the temperature of T=90°C to estimate the curing period. As the laboratory samples are conserved in water, the water consumption related to the hydration can be replaced by the entrance of external water. Once the relative mass variation of samples is inferior to 2% during a week, the mass stability is achieved, and a quasi-complete hydration is obtained. As the microstructure of cement paste is almost stabilized, it is possible to suppose that with respect to the post-treatment procedures (i.e. carbonation and leaching processes), the effect of further hydration can be neglected. Therefore, one month of curing period was adopted in the present study while T= 90°C was used to reproduce the real temperature level in CO2 reservoir.

After mixing all the components at atmospheric temperature, the cement paste was cast in cylindrical stainless-steel moulds (Ø 36, H= 100 mm). The moulds were kept in distilled water (saturated with lime) at 90°C for 3 days. After a rapid demoulding, samples were kept in distilled water at 90°C for one month. Consequently, cylindrical cores used for the laboratory tests were cut from the central parts of cured samples (Ø 36, H= 100 mm). Dimension of cores was 22mm in length and 20 mm in diameter.

These samples were prepared under two carbonation conditions: one group was protected by aluminium sheets to avoid the CO2 contact (CO2-free environment), called "sound samples"; the other ones were exposed to an accelerated carbonation, called "carbonated sound samples". After that, some of previous samples (i.e. sound and carbonated sound samples) were subjected to leaching to obtain "leached sound samples" and "leached carbonated samples", respectively. In total, four types of cement paste were investigated in the present work: sound (case1), carbonated sound (case 2), leached sound (case 3) and leached carbonated (case 4) samples. According to the carbonation and leaching processes adopted in the samples' preparation, they will be given in the next sections. A schematic summary of the specimen categories and different laboratory tests are given in Fig. 1. 

Specimen carbonation

Inspired by previous research works [START_REF] Thiery | Investigation of the carbonation front shape on cementitious materials: Effects of the chemical kinetics[END_REF][START_REF] Wierig | Longtime studies on the carbonation of concrete under normal outdoor exposure[END_REF][START_REF] Roy | Durability of concrete accelerated carbonation and weathering studies[END_REF], the carbonation of sound samples was realized in a climatic chamber Binder®, under a temperature of 90°C and related humidity of 65%. The adoption of this relative humidity is to accelerate the carbonation process. As a result, carbonated cement paste, similar to the in-situ oilwell one, can be obtained within an acceptable period of time (about 28 days). In the climatic chamber, CO2 was injected at a rate of 100 cm 3 /min. At the end of one day, the injected CO2 volume was then equal to the chamber volume (0.15 m 3 ) [START_REF] Sisomphon | Carbonation rates of concretes containing high volume of pozzolanic materials[END_REF]. To compensate the partial consumption of CO2 during carbonation and the potential CO2 leaks in the climatic chamber, the continuous injection was adopted during the carbonation. Its objective is to obtain the highest CO2 concentration in the climatic chamber and then maximize the kinetics of carbonation without modifying the carbonation products [START_REF] Yuan | Comparison of concrete carbonation process under natural condition and high CO2 concentration environments[END_REF]. [START_REF] Mason | Chemical and Mechanical Properties of Wellbore Cement Altered by CO2-Rich Brine Using a Multianalytical Approach[END_REF] During the carbonation, at predefined intervals, one of the samples was taken out the climate chamber and split along its longitudinal axis. Phenolphthalein solution was then sprayed onto its surface area to determine the carbonation depth. Four different samplings are given in Fig. 2 (7, 14, 21 and 28 days). One observes that the pink colour disappears progressively with time, indicating that the carbonation front gradually penetrates towards the centre of sample. This observation is due to the fact that phenolphthalein changes into pink in the non-carbonated zone (i.e., sound zone) while it remains transparent in the carbonated zone where pH is smaller than 9. For a given moment, four measurements of carbonation thickness were taken on each edge of sample and the mean value was used as the carbonation depth (Fig. 2). After 28 days exposure, no pink colour was observed in the sample, indicating that pH of the whole sample was smaller than 9. Assuming that pH<9 represents a complete/quasi-complete carbonation, carbonated sound samples (case 2) were obtained at the end of 28 days. 

Specimen leaching

In the present work, the same leaching processes were applied on two categories of laboratory samples at different carbonation states: initially sound samples (case 1) and carbonated sound samples (case 2).

To determine the leaching front in these two materials, two indicators have been used in the present work: Phenolphthalein solution for initially sound material and darker grey colour for pre-carbonated material. The samples were placed in a cooking vessel of 5 litres and leached in an ammonium nitrate solution at 90°C. The initial concentration of the ammonium nitrate solution was 6 mol/l, which wasn't renewed during leaching. For a cooking vessel, a maximum of 20 samples could be contained to guarantee a sufficient concentration of leaching solution. The leaching process of laboratory samples is given as follows. Firstly, the salt of ammonium nitrate is mixed in distilled water in the cooking vessels and then kept 24 hours under ambient temperature. The prepared ammonium nitrate solution is then put in the oven at 90°C for 24 hours in order to attains the same temperature as the laboratory samples.

Afterwards, the samples (conserved initially at 90°C) are put in the cooking vessels installed in the oven at 90°C, for leaching process.

For each group, after a certain rection time, one of sample was split and examined to identify the leaching depth. The leaching of initial sound samples is firstly presented. The freshly split surface was sprayed with the phenolphthalein solution. After a few seconds, two distinct zones could be observed: a pink colour was observed in the sound zone and a grey colour was presented in the degraded zone. This observation can be explained by the fact the phenolphthalein remains transparent in leached zone, in which pH is less than 9. The evolutions of leaching front in leached sound sample are given in Fig. 3a at four degradation times (i.e, 1, 2, 4 and 5 days). It is observed the leaching area increases progressively with time (Fig. 3a). When no pink colour is observed in the whole sample (Fig. 3a), a complete or almost complete leaching is achieved and the leached carbonated samples (case 3) are obtained at the end of 5 days.

For pre-carbonated samples, as their pH is smaller than 9, phenolphthalein cannot be used as a good indicator of leaching. However, one observes that the pre-carbonated cement paste progressively becomes darker with the advancement of leaching front. Therefore, once the light grey zone disappears in the whole sample (Fig. 3b), it's considered that the pre-carbonated sample is complete/quasicomplete leached. As a result, the leached carbonated samples (case 4) are obtained after 10 days of leaching treatment. By comparing the leaching kinetics in cases 3 and 4, one observes that the leaching of pre-carbonated material needs much more time than that of the sound one, even up to two times: the sound samples are almost completely leached at the end of 5 days while the leaching of carbonated samples is relatedly slow and lasts up to 10 days. Consequently, the pre-carbonated cement paste (case 2) is more resistant to leaching than the initially sound one. 

Experimental setup for laboratory tests

In order to study the effects of carbonation on the permeability and mechanical characterises of oilwell cement paste subjected to leaching and high temperature, four categories of samples obtained in the previous section were used to perform four types of laboratory tests: uniaxial compression tests, triaxial compression tests accompanied with permeability measurements, micro-indentation tests and coupled creep test. Additionally, by using SEM-EDS and Raman spectroscopy technology, the mineralogy and All the tests (except micro-indentation tests) were carried out by using an auto-compensated and auto-equilibrium triaxial cell system (Fig. 4). It is composed of a conventional triaxial cell and two fluid reservoirs which control the water pressure, respectively, on the lower and upper sides of sample. The axial displacement is measured by two LVDT in the cell while the lateral strain is measured with a strain ring. The confining pressure, deviatoric stress and fluid injection pressures (upstream and downstream) are, respectively, measured by four pressure sensors. The cell is installed in an oven, where a temperature of 90°C is kept. 

Triaxial compression tests with permeability measurement

As indicated by Total, mean stress in an oilwell may be up to 20MPa. Therefore, confining pressure in the range of 0 MPa to 20 MPa is adopted to investigate the hydro-mechanical behaviour of cement paste under different levels of mechanical loading. In this section, four categories of cement paste (i.e. sound, Before the realisation of triaxial compression tests with permeability measurements, one group of preliminary permeability tests have been conducted on four initially sound samples (case 1) under Pc=3MPa. A mean value of permeability of 1.1×10 -18 m² was obtained with a standard deviation of 0.2×10 -18 m² (minimal value: 9.6×10 -19 m², maximal value: 1.4×10 -18 m²). One can observe that the dispersion of experimental results is extremely limited. Moreover, the permeability measurements take a long period of time, even up to 14 days. Therefore, only one permeability measurement has been performed for a given confining pressure. The experiment set up of triaxial compression tests accompanied with permeability measurement under the confining pressure Pc=3MPa is presented as follows:

I.

The sample was firstly put in a sheath of Viton® synthetic rubber and placed in the cell. The strain ring and LVDT were installed. The cell was heated up to 90°C during 24h in order to get a homogenous temperature in the cell.

II.

The sample was firstly subjected to an initial hydrostatic stress phase with a given confining pressure Pc=3MPa. Meanwhile, the fluid pressure of upstream reservoir was rapidly set to 2.5

MPa while the atmospheric pressure was kept in downstream area. The permeability was then measured after getting a stable flow.

III.

The valve of fluid exit was turned off to get a homogenate interstitial pressure (2.5MPa). A deviatoric stress was then applied and increased until the failure of studied sample to determine the triaxial compressive strength.

The permeability measurement was also performed under other confining pressures (0, 10 and 20MPa).

By applicating the Darcy's law, the permeability of studied material can be obtained by using the volumetric flow [START_REF] Takla | Effects of the Storage of CO2 on Multiaxial Mechanical and Hydraulic Behaviors of Oil-Well Cement[END_REF].

Coupled triaxial creep tests

The creep test aims to study the evolution of time-dependent deformation of pre-carbonated cement paste during the leaching and T= 90°C. To reduce the duration of laboratory test and get a first sight on the long-term deformation behaviour of studied material, an accelerated way is adopted in the present study: the ammonium nitrate (accelerated leaching) is used for leaching while a high deviatoric stress of 35 MPa is applied on the sample. This deviatoric stress is equal to 50% the failure strength of a carbonated sample at Pc= 3 MPa and very close to the failure strength of a leached carbonated sample at the same confining pressure.

In the triaxial creep test, one pre-carbonated sample (case 2) was installed in the same cell used for triaxial test (Fig. 4). The evolutions of axial deformation were recorded by two LVDT until the sample failure (about 2500 hours). At the beginning of the laboratory test, the sample was subjected to a hydrostatic stress of 3 MPa. After that, the deviatoric stress increased to 35MPa. While the mechanical loading was kept constant, the NH4NO3 solution (6 mol/l) was injected in the upstream reservoir with a fluid pressure of 2.5 MPa while an atmospheric pressure was found at the downstream side of studied sample. Moreover, in order to illustrate the influence of pre-carbonation on the time-dependent mechanical characteristics of cement paste subjected to leaching, this test will be compared with another creep test performed on sound sample [START_REF] Yurtdas | Etude experimentale du couplage entre le comprtement Thermo -Hydro -Mécanique et la dégradation chimique d'une pâte de ciment pétrolier[END_REF].

Micro-indentation tests

Micro-indentation is an appropriate and non-destructive method to identify the mechanical properties of geomaterial. In order to identify the material property at mesoscopic scale and verify the experimental results obtained on macroscopic scale (i.e. in uniaxial and triaxial compression tests), a series of microindentation tests were performed on these four types of cement paste.

A Micrope® indentation system was used in the present work. It is composed of a loading frame and a data acquisition system. The piston motor allows to ensure an exceedingly small load speed (about 1µm/min). The applied force is measured by a force sensor while the displacement is measured by two LVDT. Based on the preliminary tests, the round punch of 1 mm diameter is adopted with respect to the size of cement paste components.

The tested samples (Ø 20, H= 22 mm) were prepared under ambient temperature. The middle of the sample was cut transversely by a wire saw machine, parallel to its end-surfaces. To get a good parallelism between two extremities, a polishing machine, composed of a rotating disc with sandpaper (P800), was used. The obtained cross-section was mounted in a special mould and placed on the rotating disc. Two extremities of sample were then rectified while the parallelism was checked by using a vernier calliper. Finally, test points were chosen on two main axes of examined sample (Fig. 5).

The micro-indentation tests are presented in detail as follows. For a given cement paste, a series of preliminary tests were firstly realized to identify the yield strength of studied material. After that, an elastic test was then performed with the application of a mechanical load, which was smaller than the yield strength. Finally, the value of Young's modulus was calculated by using the slope of unloading line [START_REF] Ibrahim | Caractérisation des propriétés mécaniques des géomatériaux par technique de microindentation[END_REF]. However, due to the heterogeneity of cementitious materials, a large degree of scatter may be observed in the measurements [START_REF] Mason | Chemical and Mechanical Properties of Wellbore Cement Altered by CO2-Rich Brine Using a Multianalytical Approach[END_REF]. In view of this, for a given distance with respect to the sample centre, four measurement points are chosen to insure the reliability of experimental results (Fig. 5).

Fig. 5 Test points on the cross-section of sample

Results and discussions

The obtained experimental results are analysed and discussed in this section. A series of chemical equations are firstly presented to analyse the expected leaching effects on the evolution of composition of sound and pre-carbonated materials. Moreover, SEM-EDS and Raman spectroscopy results provide the additional information on the composition of the studied cement paste, in accordance with chemical equations. Finally, the effects of pre-carbonation on the permeability and mechanical (instantaneous or delayed) properties of cement paste subjected to leaching are discussed.

In the literature, the leaching of cementitious material has been largely discussed as well as the carbonation of cementitious material. However, the leaching of carbonated cementitious material under high temperature has been little investigated. In the laboratory tests, the use of concentrated ammonium nitrate solutions is an accelerated method to reproduce the degradation of cement-based materials by carbonic acid. The dissolution of ammonium nitrate can be written as:

NH4NO3 → HNO3 + NH3 (1) 
The calcium carbonate reacts with nitric acid and forms calcium nitrate:

CaCO3 + 2HNO3 → Ca(NO3)2 + CO2 + H2O (2)
Therefore, the general equation for the leaching of carbonated cement paste can be written as follows:

CaCO3 + 2 NH4NO3 → Ca(NO3)2 + 2NH3 ↑+ CO2 ↑ + H2O (3) 
The calcium nitrate Ca(NO3)2 is a soluble hygroscopic salt in the monohydrated state Ca(NO3)2.H2O , which is transformed into anhydrous form Ca(NO3)2 under high temperature.

On the other hand, the leaching of sound cement paste in ammonium nitrate induces a drop of pH and a decomposition of portlandite as well as a creation of the salt of calcium nitrate:

Ca(OH)2+ 2NH4NO3 → Ca(NO3)2 + 2NH3 ↑+2H2O (4) 
By comparing the equations ( 3) and ( 4), the leaching of sound cement paste (Eq. 4) concerns principally the leaching of portlandite while in the carbonated sample, it is the calcium carbonate that is dissolved.

As the solubility of portlandite is of three orders of magnitude bigger than that of calcite, the leaching of portlandite is easier than that of calcium carbonate. This phenomenon can be used to explain the different in the leaching kinetics of sound and pre-carbonate cement pastes (Fig. 3). Additionally, one observes that the same chemical products are obtained in the samples with and without precarbonations. To confirm the previous results, SEM, EDS and Raman spectroscopy tests are also realized to analyse the evolutions of microstructure, chemistry and mineralogy.

Microstructure, chemistry and mineralogy analysis

The SEM images have been performed on two leached samples: a leached sound sample (case 3) after 5 days of leaching and a leached carbonated sample (case 4) after 10 days of leaching (Fig. 1). According to the position of leaching front (Fig. 3), similar leaching levels are attained in these two samples. By using a metal lathe (turning machine), two samples were cut to obtain a fresh plane surface. After that, the obtained specimens were firstly examined by environmental SEM (Fig. 6). One observes that the leached carbonated sample is more porous than the leached sound one. A preliminary conclusion will then be drawn: the pre-carbonation exhibits a protective effect against leaching at the micro-structure level.

After that, Energy-dispersive X-ray spectroscopy (EDS) is performed to investigate the relative constitution of two leached materials (cases3 and 4). For each sample, 3 or 4 measures have been performed at different locations by using different measurement sizes. The atomic percentages of different components are given in table 4. The standard deviation is also calculated to exhibit the variability of measurements. Even though EDS may be not sufficiently accurate to provide a quantitative proportion of light elements, the difference between two types of samples can still be observed by comparing the obtained carbon element. For instance, a quasi-negligible quantity of carbon (smaller than 1%) is observed in the leached sound sample (case 3) while the leached carbonated sample (case 4) presents about 6% of carbon. As calcium carbonate is the unique component in the cement paste containing the carbon element, one can conclude that there are still some calcium carbonates in the leached carbonated sample (case 4). Moreover, by comparing the nitrogen (N) quantity in two samples, it is noted that the quantity of calcium nitrate salt Ca(NO3)2 in the leached carbonated sample (Case 4) is slightly lower than that in leached sound material (Case 3). This phenomenon may be related to the low precision of SEM-EDS in the quantification of light elements (such as, N) and a more quantitative technique (for instance: Rama spectroscopy) will be required for the further confirmation. In conclusion, these observations tend to exhibit that calcium carbonate has not been totally consumed in the leached carbonated sample (case 4) and will be further verified by using Raman spectroscopy.

(a) (b) Fig. As the Raman spectroscopy is well known to be capable of identifying the evolution of mineral composition in cement paste, it is used here to study the effect of pre-carbonation on the leaching of cement paste. In this section, three types of samples (cases 2, 3 and 4) are studied by Raman spectroscopy analysis (Fig. 7). The carbonated sound sample (case 2) will be firstly studied and compared with two leached cases (cases 3 and 4). In the carbonated sample (case 2), the calcium carbonate is clearly observed with three peak values of 280.79, 710.99 and 1085.64 cm -1 while no calcium nitrate peak is observed due to the absence of leaching. On the other hand, the calcium nitrate peaks are clearly observed in two leached samples without or with pre-carbonation (cases 3 and 4).

Moreover, after leaching, the calcium nitrate peak in the initially sound sample (about 1050.79 cm -1 ) is slightly greater than that of pre-carbonated sample (about 1049.70 cm -1 ). These observations allow us to confirm the chemical discrepancies between two types of leached samples (Cases 3 and 4): more calcium nitrate salt is created in the leached sound sample (case 3). The mineralogy and chemistry analysis can help us understand the influence of pre-carbonation on the permeability and mechanical characteristics of cement paste subjected to leaching, which will be presented in the next section. 

Permeability and compression strength

To understand the influence of pre-carbonation on the leaching process of the studied cement paste, permeability and compression strength of four types of cement paste will be studied in this section.

The permeability values are given in Table 3. In each case, the influence of confining pressure on the permeability evolution of cement paste is also analysed. In general, one observes that the permeability of studied material decreases when the applied confining pressure increases. For instance, in pre-carbonated samples, a permeability decrease of one order of magnitude is observed when the confining pressure increases from 3 to 20MPa. This observation is in accordance with previous works [START_REF] Pei | The effects of high temperature heating on the gas permeability and porosity of a cementitious material[END_REF]. Although only one sample is tested in the present study, the results of permeability could still be considered as a complementary indicator for the evolution of microstructure. 

Case

Table. 3 Permeability for different types of cement paste

The leaching effects on the permeability of non-carbonated samples (cases 1 and 3) are then studied. The permeability of leached sound sample (case 3) is approximately one order of magnitude higher than that of sound sample (Case 1). For instance, under the confining pressure Pc=3MPa, the permeability of the leached sound sample (case 3) is equal to K=3.0×10 -17 m 2 while a permeability value of K=1.1×10 -18 m 2 is obtained in the sound sample (case 1). On the other hand, the leaching effects on two carbonated samples (cases 2 and 4) show that the permeability of leached carbonated sample (case 4) is approximately two orders of magnitude smaller than that of leached sound sample (Case 2). For instance, under the confining pressure Pc=3MPa, the permeability of the leached carbonated sample (case 4) is equal to K=3.0×10 -18 m 2 while a permeability value of K=4.9×10 -20 m 2 is obtained in the carbonated sound sample (case 2).

The influence of carbonation on the permeability of leached cement paste is also studied by comparing the permeability values of two leached samples (cases 3 and 4). The permeability value of the leached sound sample (case 3) is about 10 times greater than that of the leached carbonated sample (case 4). For instance, under Pc=3MPa, K=1.1×10 -17 m 2 in case 3 while K=1.1×10 -18 m 2 in the case 4.

After the leaching treatment, the permeability of pre-carbonation cement paste is always smaller than that of initially sound one: at least one order of magnitude under low confining pressure (Pc=3 and 10MPa) and a factor of 4 under Pc=20MPa. Therefore, one observes that the permeability decrease induced by the leaching is reduced by the pre-carbonation of cement paste.

Finally, the permeability values obtained on sound (case 1) and leached carbonated (case 4) samples are compared. One observes that the permeability values obtained in two cases are very close to each other and depend on the confining pressure. Under Pc=3Mpa, permeability of sound material (case 1) is twice that of the leached carbonated one (case 4) while almost the same values are obtained in these two cases under Pc=10MPa. Under Pc=20MPa, the permeability of case 1 is even smaller than that of case 4. One can observed that the effects of carbonation, which induces a decrease of permeability, are not totally cancelled by the leaching process. Again, this observation confirms the protective effect of the pre-carbonation against leaching of cement paste, in terms of permeability.

Compression strength

The obtained compression strength on four categories of samples is compared in Fig. 8. By comparing the results obtained in the samples with (cases 1 and 2) and without (cases 3 and 4) leaching, one observes that the leaching processes induce a decrease of material strength. For instance, by comparing the cases 1 and 3, a decrease of about 77% is observed in the leached sound samples (case 3)

with respect to the sound samples (case 1). Moreover, according to the carbonated samples (cases 2 and 4), a decreasing order of 55% is obtained in leached carbonated samples (case 4) versus the carbonated sound samples (case 2). One can observe that the decrease of mechanical strength created by the leaching is also weakened by the pre-carbonation of cement paste. The same remark is drawn by comparing the results of leaching sound (case 3) and leaching carbonated (case 4) samples: the failure strength of leached sound sample is about 79% of that of leached carbonated sample. Again, it is observed that the leaching effects of cement paste is offset by the carbonation.

Based on the SEM and Raman spectroscopy analysis, the observed difference between leached sound sample (Case 3) and leached carbonated sample (Case 4) can be explained by the fact that calcium carbonate in the carbonated sample has not been totally consumed by leaching (Table 2).

Therefore, a bigger mechanical strength and a smaller permeability are observed in the leached carbonated sample (case 4) with respect to the leached sound sample (case 3). 

Creep deformation

As the long-term durability of oilwell also requires a good understanding of the effects of precarbonation on the time-dependent behaviour of cement paste during leaching, a coupled creep test is performed on the carbonated sound sample (case 2) with the injection of ammonium nitrate solution (6 mol/l). The evolution of axial deformation is shown in Fig. 9. The zero time corresponds to the beginning of chemical fluid injection. In the test, due to the injection of chemical fluid, the measured axial deformation increases progressively with the degradation of cement paste. After 1500 hours, a rapid increase of axial deformation is observed as an important part of sample is degraded. Afterwards, the deformation continues to increase until the sample failure, which is characterized by a rapid increase of deformation.

These observations are related to the fact that leaching creates an increase of porosity and a decrease of compressibility of studied material. Once the incompressibility becomes small enough, a sample compaction occurs and then a sudden change of axial deformation takes place. The sample failure is observed at 2500 hours.

In order to illustrate the effect of pre-carbonation on the creep behaviour of cement paste during leaching, the above test should be compared with the same test performed on initially sound material. As this test has been conducted in our laboratory, the triaxial creep test performed by Yurtdas et al. [START_REF] Yurtdas | Etude experimentale du couplage entre le comprtement Thermo -Hydro -Mécanique et la dégradation chimique d'une pâte de ciment pétrolier[END_REF] is used for the comparison. In the present work, we have used the same material and experimental conditions (leaching processes and mechanical loading) as them [START_REF] Yurtdas | Etude experimentale du couplage entre le comprtement Thermo -Hydro -Mécanique et la dégradation chimique d'une pâte de ciment pétrolier[END_REF]. Meanwhile, the applied deviatoric stress is equal to 50% failure strength of studied materials before leaching. Therefore, they have adopted a deviatoric stress of 16 MPa (50% of the failure strength of sound material at Pc= 3 MPa and T=90°C) while in the present work, the deviatoric stress of 35MPa (50% of the failure strength of pre-carbonated material at Pc= 3 MPa and T=90°C) is used.

Fig. 10 Evolutions of axial deformation in coupled creep tests for the pre-carbonated and sound samples [34] during leaching

The evolutions of axial deformations in pre-carbonated and sound samples are analysed (Fig. 10).

One can observe that the leaching of carbonated cement paste is 55 times slower than that of sound material: the total leaching of a pre-carbonated sample takes 2470 hours while it takes only 45 hours for a sound sample. Moreover, in the sound sample, more important deformation is observed at the end of leaching test: the sound sample is broken with an axial deformation of 24% while a maximum axial deformation of 1.5% is obtained in the pre-carbonated sample. Again, the carbonation exhibits a positive effect against leaching, regarding the time-dependent behaviour of cement paste: with respect to the sound sample, a smaller leaching rate and a small axial deformation are observed in the precarbonated sample. 

Young's Modulus

In the present work, a series of micro-indentation tests have been performed to identify the hardness evolution of studied cement paste. According to a given distance from surface (i.e. 2, 6 and 10mm), four measurements are performed for each type of cement paste. One observes that the obtained values are very close to each other with a variation coefficient smaller than 9%. The low variability of measurements confirms the reliability of experimental program as well as a good sample preparation.

The mean values are presented in Fig. 11.

By comparing the obtained results of cases 1 and 2 (Fig. 11), it is observed that the carbonation induces an increase of Young's modulus. On the other hand, the leaching induces a stiffness decrease of order 63% by comparing the samples of Cases 1 and 3. These observations are coherent with the previous research [38,[START_REF] Li | Chemical Reactions of Portland Cement with Aqueous CO2 and Their Impacts on Cement's Mechanical Properties under Geologic CO2 Sequestration Conditions[END_REF]. Finally, the comparison of two leached samples (Cases 3 and 4) exhibits that after leaching, the stiffness of initially sound material is about 80% lower than that of pre-carbonated sample. Once again, it is observed that the carbonation exhibits a good protection of studied material against leaching. Moreover, the results obtained in micro-indentation tests confirm, at the mesoscopic scale, the experimental results of permeability and mechanical strength obtained at the macroscopic level.

As this study focuses on the related values of Young's modulus obtained on different types of samples, the values of Young's modulus obtained by micro-indentation tests will not be compared with those obtained by other methods in the literature.

Fig. 11 Values of Young's modulus obtained on four types of cement paste

Conclusions

In the present work, a series of experiment tests have been performed to characterize the effects of precarbonation on the hydro-mechanical properties of a G class cement paste subjected to leaching and high temperature T=90°C. Based on the experimental observations, the following conclusions can be obtained:

• SEM images show that after leaching, the initially sound material is more porous than the precarbonated one. EDS and Raman spectroscopy analysis exhibit that after leaching, the initially sound and pre-carbonated materials have the same chemical components. Moreover, their chemical proportion are very similar except the carbon (C), since calcium carbonate in the precarbonated sample has not been totally consumed by leaching.

• For the leaching kinetics, the leaching of pre-carbonated material is at least one order of magnitude slower than that of sound material. This observation can be explained by the fact that the solubility of portlandite presented in sound material is about three orders of magnitude bigger than that of calcite in pre-carbonated one. As a result, comparing with the initially sound material, a smaller axial deformation is created during the leaching of pre-carbonated material in the coupled creep test. • According to the permeability, after leaching treatment, the pre-carbonated cement paste is about one order of magnitude lower than that of initially sound material. This observation is due to the fact that the permeability evolution depends strongly on the initial carbonation state of sample, which controls the porous network (quantity, diameter and connectivity of pores).

• For the mechanical strength and Young's modulus, the Young's modulus of leached sound sample is equal to 79% of that of leached carbonated one while the failure strength of leached sound sample is about 80% of that obtained on the leached carbonated sample. The compression strength of leached carbonated sample is almost equal to that of initially sound one. The Young's modulus obtained at the macroscopic level is confirmed by the experimental results of micro-indentation tests, performed at the mesoscopic level.

In conclusion, a pre-carbonation plays a positive role against the leaching of cementitious material in view of the long-term durability of oilwell. In the near future, analysis of microtopography will be performed on different types of cement paste to analyser the dependence of permeability on the microstructure of studied materials. Experimental investigation, micromechanical analysis and microstructure will advance the understanding of long-term durability of CO2 geological storage.
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 1 Fig 1. Schematic summary of the experimental program
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 2 Fig.2 Evolution of carbonation front in the carbonated sound samples (case 2)
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 3 Fig.3 Evolution of leaching front in two leched samples: (a) leached sound samples (case 3); (b) leached carbonated samples (case 4)

  ) 10 days (10 mm) chemistry was also conducted on three categories of samples (cases 2,3 and 4). Different types of laboratory tests performed on different categories of samples are summarised in Fig 1.
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 4 Fig. 4 Schema of triaxial cell system

  sound and leached carbonated samples) are studied under four different confining pressures Pc (0, 3, 10 and 20 MPa).
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 7 Fig. 7 Raman test performed on carbonated sound, leached sound and leached carbonated samples
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 8 Fig. 8 Evolution of compression strength in function of applied confining pressures
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 9 Fig. 9 Evolution of axial deformation over time (Pc= 3 MPa, T=90°C) for a pre-carbonated sample

Table . 1

 . Composition of the studied cement paste

		3 )
	Cement G class	1308.3
	Water	578.5
	D175 (antifoaming) 5.2
	D80 (dispersant)	8.1
	Water/Cement ratio 0.4

Chemical and mineral analysis

  

			Specimen preparation	
	Laboratory tests			Specimen type	
	1. Uniaxial compression test				
	2. Triaxial compression test with permeability measurement 3. Micro-indentation test	Case 1: Sound	Case 2: Carbonated sound	Case 3: Leached sound	Case 4: Leached carbonated
	4. Coupled creep test				
	SEM/Raman Spectroscopy				

Table . 2

 . Atomic percentage of different components in two leached samples

		Chemical element	C	N	O	Mg Al	Si	S	Ca	Fe
	Leached Sound sample	Mean value (%)	0.75 11.91 65.02 0.70 1.03 4.74 1.21 13.85 0.79
	(case 3)	Standard deviation	0.55 1.13 2.06 0.17	1.02 1.05 1.66 1.25 0.82
	Leached carbonated sample	Mean value (%)	5.76 10.02 63.31 0.68 0.64 3.94 0.85 14.20 0.61
	(case 4)	Standard deviation	0.31 0.49 0.26 0.06 0.06 0.15 0.09 0.22 0.03

6. SEM images of two leached samples: (a) leached sound sample; (b) leached carbonated sample
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